This manuscript will be presented and discussed at a forthcoming Faraday Discussion meeting. All delegates can contribute to the discussion which will be included in the final volume.

Register now to attend! Full details of all upcoming meetings: http://rsc.li/fd-upcoming-meetings

This is an Accepted Manuscript, which has been through the Royal Society of Chemistry peer review process and has been accepted for publication.

Accepted Manuscripts are published online shortly after acceptance, before technical editing, formatting and proof reading. Using this free service, authors can make their results available to the community, in citable form, before we publish the edited article. We will replace this Accepted Manuscript with the edited and formatted Advance Article as soon as it is available.

You can find more information about Accepted Manuscripts in the Information for Authors.

Please note that technical editing may introduce minor changes to the text and/or graphics, which may alter content. The journal’s standard Terms & Conditions and the Ethical guidelines still apply. In no event shall the Royal Society of Chemistry be held responsible for any errors or omissions in this Accepted Manuscript or any consequences arising from the use of any information it contains.

This article can be cited before page numbers have been issued, to do this please use: A. Carretero-Genevrier, M. Gich, L. Picas, C. Sanchez and J. Rodriguez-Carvajal, Faraday Discuss., 2015, DOI: 10.1039/C4FD00266K.
Chiral habit selection on nanostructured epitaxial quartz films.

Adrián Carretero-Genevrier, a, T.† Martí Gich, b,†* Laura Picas, c Clément Sanchez, d,e,f Juan Rodríguez-Carvajal, g,*

Understanding the crystallization of enantiomorphically pure systems can be relevant to diverse fields such as the study of the origins of life or the purification of racemates. Here we report on polycrystalline epitaxial thin films of quartz on Si substrates displaying two distinct types of chiral habits that never coexist in the same film. We combine Atomic Force Microscopy (AFM) analysis and computer-assisted crystallographic calculations to make a detailed study of these habits of quartz. By estimating the surface energies of the observed crystallites we argue that the films are enantiomorphically pure and we briefly outline a possible mechanism to explain the habit and chiral selection in this system.

Chiral objects, defined by the lack of mirror plane or center of symmetry, are ubiquitous in nature from molecules to galaxies. The term chiral comes from the Greek, meaning “hand” as this is the prototypical example of chiral object: the mirror image of a right hand is not the same right hand but a left hand. The pairs of objects which as our hands are identical except for its opposite orientations. Indeed, cells only produce levorotatory aminoacids and dextrorotatory sugars. The striking homochirality of living matter is still not understood, most likely because it is connected to the origins of life. It is believed that homochirality might have originated from a mechanism yielding enantiomeric excesses further amplified to attain pure chirality but this remains an open question. Among the different mechanisms to produce enantiomeric excesses, the asymmetric adsorption of one enantiomer on quartz surfaces was demonstrated to account for a significant degree of selectivity but it is compromised by the random handedness of natural quartz. In this context, it is relevant considering if a system of chirally pure crystals can emerge from an enantiomorphic mixture and studying the mechanisms governing such a process. Interestingly, Viedma has quite recently shown how a racemic population of crystals can achieve a complete chiral purity in a process made possible by the combination of an autocatalytic secondary nucleation and a dissolution-recrystallization.

Here we report on the spontaneous selection of one among two distinct variants of the crystalline habit in thin polycrystalline quartz films epitaxially grown on silicon substrates. We argue that the surface energy of each crystalline habit variant is minimized by one of the two enantiomorphs and that the films are expected to be homochiral. Since both quartz enantiomorphs are expected to nucleate with the same probability on (100)-Si surfaces, our purpose is also discussing what mechanisms allow obtaining chirally pure film surfaces in this system.

We prepared dense polycrystalline epitaxial films of α-quartz on (100)-Si substrates by the thermal devitrification of mesoporous amorphous silica films infiltrated with strontium, barium, or calcium catalysts. The amorphous silica films were dip-coated in a water-ethanolic solution of a Si-alcoxide containing CTAB surfactant that allowed obtaining a hexagonal mesoporous structure with 5 nm pore size. Once the crystallization of this silica matrix occurs after thermal treatment at 900 °C, the porosity of the film collapses, yielding a dense quartz film. X-ray diffraction (XRD) studies of the films revealed an epitaxial growth, with the (100) quartz planes parallel to the (100)-Si substrate and the [210] axis being the crystal growth direction (i.e. [100]*, in the reciprocal space).

The main findings of the present work arise from the comprehensive analysis of the surfaces of different film samples by Atomic Force Microscopy (AFM). Fig.1 presents AFM images of two different quartz films (panel a-d and e-h, respectively). In Figs. 1a and 1e we can see the topography of large areas from these films.
Detailed scans within these zones indicated by the dashed squares (Figs. 1b, 1f) reveal that both films are polycrystalline and present a dense arrangement of crystals with its upper faces displaying tetragonal irregular convex shapes below 500 nm in size. The study of more than 10 films prepared by the same approach invariably lead us to observe in a given film only one (see figure S1) of the two distinct crystalline habits sketched in Figs. 1c and 1g, hereafter labelled h1 and h2. Moreover, we found that roughly one half of the studied films presented h1 and the other half to h2. Considering the equiprobable appearance of both habits and that only one type of habit can be found in different zones the same film, it is reasonable to assume that some mechanism of habit selection is at play during the crystallisation and growth of the films.

From images of the AFM phase as the ones displayed in Figs. 1g and 1h we made detailed measurements of the inner angles defined by the edges of the top tetragonal faces of h1 and h2, which are reported in the sketches of Figs. 1c and 1g and in Table 1. In order to get more insight on the crystalline habits of these quartz films we calculated the different habit solutions compatible with the experimental observation of a (100) out of plane texture and a top face characterized by the four inner angles experimentally measured from the AFM images. This was achieved by writing a simple module in the general crystallographic calculator (CrysCalCon) based on the CrysFML library\textsuperscript{10} which selects the lowest index pairs of edges [uvw]\textsubscript{1} and [uvw]\textsubscript{2} being both perpendicular to [100]* and forming angles close to those experimentally observed (see supporting information figures S2-T5 for details).

<table>
<thead>
<tr>
<th>Experimental angle-h1</th>
<th>Theoretical angle-h1</th>
<th>Crystallographic directions-h1</th>
<th>Planes-h1</th>
</tr>
</thead>
<tbody>
<tr>
<td>87°</td>
<td>86.959°</td>
<td>[0-31]˄[013]</td>
<td>(-131)</td>
</tr>
<tr>
<td>128°</td>
<td>126.977°</td>
<td>[0-31]˄[01-3]</td>
<td>(0-1-3)</td>
</tr>
<tr>
<td>71°</td>
<td>73.032°</td>
<td>[01-3]˄[010]</td>
<td>(0-3-1)</td>
</tr>
<tr>
<td>74°</td>
<td>73.032°</td>
<td>[013]˄[010]</td>
<td>(001)</td>
</tr>
</tbody>
</table>

<table>
<thead>
<tr>
<th>Experimental angle-h2</th>
<th>Theoretical angle-h2</th>
<th>Crystallographic directions-h2</th>
<th>Planes-h2</th>
</tr>
</thead>
<tbody>
<tr>
<td>90°</td>
<td>90°</td>
<td>[01-2]˄[010]</td>
<td>(001)</td>
</tr>
<tr>
<td>116°</td>
<td>118.644°</td>
<td>[010]˄[001]</td>
<td>(010)</td>
</tr>
<tr>
<td>89°</td>
<td>85.949°</td>
<td>[0-2-1]˄[001]</td>
<td>(012)</td>
</tr>
<tr>
<td>66°</td>
<td>65.407°</td>
<td>[01-2]˄[0-2-1]</td>
<td>(0-2-1)</td>
</tr>
</tbody>
</table>

Table 1. List of calculated possible lateral planes intercepting the observed top plane (100) in the AFM images at the edge [01-2] for both, h1 and h2 habits of quartz films.
These calculations indicated the existence of trapezoidal habit solutions presenting inner angles in remarkable good agreement with those obtained by AFM for both h1 and h2 (see second column in Table 1). Notably, the calculations also allowed obtaining the crystallographic planes corresponding to the lateral facets of the crystallites, which could not be imaged by AFM, and its inclination with respect to the substrate plane. Fig. 2 summarizes the orientations of the edges (in red) and the indices of the lateral planes and its orientation with respect to the substrate plane (in blue).

![Fig. 2 Habit reconstruction from AFM images (in red, orientations of the edges and in blue, its orientation with respect to the substrate plane).](image)

An additional solution presenting low index lateral faces at 90º with respect to the substrate was found to be compatible with h1 and h2. This was however disregarded because we observed lateral faces at about 60º with respect to the substrate in a scanning electron microscopy study of a film cross section (see Fig. 3).

![Fig. 3 Crystal morphology of quartz crystallites superimposed on its structural model (a). Cross-section SEMFEG image showing the inclination of the lateral faces in quartz films (b). Representation of the (-131) surfaces in P3\(_2\)1 or P3\(_2\)21 space groups (c, d).](image)

Note that the top faces of h1 and h2 present a definite handedness and closely resemble the specular images of one another. It is therefore natural considering if these distinct habits correspond to quartz crystals of different chirality (i.e. crystallizing in the P3\(_2\)1 and P3\(_2\)21 space groups). However, a direct determination of the chirality of the quartz films is not trivial. In the present case the standard identification of enantiomorphs based in the sense of the rotation imparted to plane-polarized light fails because the small thickness of the films results in rotations (~10\(^{-4}\) °) which cannot be reliably detected with conventional systems. Different enantiomorphs can also be distinguished with dedicated techniques not readily available to us such as anomalous scattering\(^{11}\) or three-beam X-ray diffraction\(^{12}\) both requiring synchrotron radiation and crystals of the appropriate size, or circularly polarized Raman spectroscopy which also needs a special setup\(^{13}\).

Nevertheless, we have exploited the relationships between crystal morphology and crystal structure to get more insight into the chirality of epitaxial quartz films on silicon. It is well known that the crystalline habit is composed by slow-growing faces characterized by a low number of dangling bonds per unit area and a correspondingly low surface energy. We shall see that the surface energies of h1 and h2 habits are substantially different depending on whether we consider crystallization in P3\(_2\)1 or P3\(_2\)21 space groups and we believe that this is a powerful argument supporting the homochirality of the epitaxial quartz films.

We have made a comparative estimation of the surface energies of h1 and h2 in the P3\(_2\)1 and P3\(_2\)21 space groups by evaluating the number of dangling bonds per unit area for each of the surfaces of these habits using the VESTA\(^{14}\) software (see Fig. 3a and 4).
Taking into account the strongly covalent character of the silicon-oxygen bonds we have considered complete SiO$_2$ tetrahedra and we have equated the number of dangling bonds to that of oxygen atoms contained within or above the crystal facets. Let us take the case of h1 to illustrate our point. Fig. 3c and 3d clearly show that the number of oxygen atoms in a (T131) surface with the same area is significantly larger for the P3$_2$1 space group than for P3$_2$21. In particular we found about 0.06 at./Å$^2$ for P3$_2$21 compared to about 0.04 at./Å$^2$ for P3$_2$1, implying that a h1 habit with a P3$_2$21 structure would present (131) faces with 50% higher surface energy. Similarly, the surface energies of (0-31) and (013) are about 20% and 7% lower for a P3$_2$21 structure, while no differences are found in the case of (100), (-100) and (001) surfaces (see images of these surfaces in figure S6 and S7).

The crystallization mechanism underpinning the habit and enantiomorph selection illustrated in the present work is still under study and far from being understood. However we would like to comment on some aspects that we believe can be relevant to explain this mechanism. In our previous studies on this system we found evidence of a process of competitive growth occurring during the crystallization of the quartz films. Also, the crystallization of amorphous SiO$_2$ is assisted by alkaline earth ions in a process occurring at high temperatures. In this scenario, we conjecture that the conditions exist for a process of secondary nucleation to operate amplifying enantiomorphic fluctuations, analogously to the mechanism proposed to explain the emergence the enantiomorphic purity in the NaClO$_3$ model system\textsuperscript{7, 14-16}.

Conclusions

In this work we have presented a combined AFM study with computer-assisted crystallographic calculations showing the existence of two single trapezoidal habits of epitaxial quartz films on silicon. The estimated number of dangling bonds per unit area for each of the surfaces of these habits provides insight into the homochirality of epitaxial quartz films. Importantly, the number of oxygen atoms in the (131) surface was significantly larger for the P3$_2$21 space group than for P3$_2$21. Therefore, our study evidences that these quartz surfaces are likely to be intrinsically chiral and thus, reveals an enantiomeric-selective habit of epitaxial quartz films. We believe that this work might open new perspectives in the field of enantioselective surface chemistry and in the mechanisms governing crystallization of chirally pure systems.

Acknowledgements

ACG acknowledges the Collège de France foundation for financial support and IMPC for use of FEG-SEM facilities. We thank David Monier and Stéphane Durr (U1006, Marseille) for technical support. Cellule Energie INSIS-CNRS awarded ACG with project PEPS (1D-RENOIX). We thank the European Comission awarded PCIG09-GA-2011-294168 to MG, and Beatriz de Pinos and Foundation Pierre-Gilles de Gennes to L.P.

Notes and references

\textsuperscript{a} Institut des Nanotechnologies de Lyon (INL) CNRS- Ecole Centrale de Lyon, 36 avenue Guy de Collongue, 69134 Ecully, France. E-mail: adrien.carretero-genevrier@ec-lyon.fr.

\textsuperscript{b} Institut de Ciencia de Materials de Barcelona, ICMAB, Bellaterra 08193, Catalonia, Spain. E-mail: mgich@icmab.es

\textsuperscript{c} Centre de Biochimie Structurale (CBS), UMR 5048, 34090, Montpellier, France.

\textsuperscript{d} Collège de France, UMR 7574, Chimie de la Matière Condensée de Paris, F-75005, Paris, France.

\textsuperscript{e} Sorbonne Universités UPMC Univ Paris 06, UMR 7574, Chimie de la Matière Condensée de Paris, F-75005, Paris, France.

\textsuperscript{f} CNRS, UMR 7574, Chimie de la Matière Condensée de Paris, F-75005, Paris, France.

\textsuperscript{g} Institut Laue-Langevin, Diffraction Group, F-38042 Grenoble Cedex, France. E-mail: rodriguez-carvajal@ill.eu

\textsuperscript{†} These authors contributed equally to this work.

Electronic Supplementary Information (ESI) available: Experimental protocols. AFM images supporting other examples performed on quartz films. Detailed information on the morphological calculations from AFM images using the crystallographic calculator program (CrysCalCon) existing in the CrysFML repository. Extended representation of the surface energies of h1 in the P3$_2$21 and P3$_2$21 space groups. See DOI: 10.1039/c000000x


